Effects of adhesive systems at different temperatures on the shear bond strength of orthodontic brackets

Serdar Akarsu1 • Suleyman Kutalmış Buyuk2* • Ahmet Serkan Kucukekenci3

1Department of Restorative Dentistry, Faculty of Dentistry, Ordu University, Ordu, Turkey
2Department of Orthodontics, Faculty of Dentistry, Ordu University, Ordu, Turkey
3Department of Prosthodontics, Faculty of Dentistry, Ordu University, Ordu, Turkey
*Corresponding Author; E-mail: skbuyuk@gmail.com

Abstract

Background. The temperature might affect the physical and mechanical properties of adhesive materials by reducing the polymerization rate. The present study aimed to evaluate the effect of temperature on the shear bond strength of metallic orthodontic brackets using various adhesive resin systems.

Methods. Extracted human premolar teeth were randomly assigned to 8 groups (n=10) for bonding with the two available orthodontics adhesive systems (Transbond XT and NeoBond) at different temperatures: refrigeration temperature (4°C), room temperature (20°C), human body temperature (36°C) and high temperature (55°C). The shear bond strength (SBS) test was performed using a universal testing machine at a crosshead speed of 0.5 mm/min. The adhesive remnant index (ARI) was assigned to the fractured orthodontic brackets. Data were analyzed with one-way ANOVA, post hoc Tukey tests and independent t-test.

Results. Transbond XT exhibited higher SBS values compared to Neobond at all the tested temperatures; however, a statistically significant difference was not observed (P>0.05). The SBS results were minimum at 4°C and maximum at 36°C in both the adhesive groups (P<0.05).

Conclusion. Pre-heating orthodontic adhesives up to the body temperature prior to bonding the brackets in orthodontic treatment increased the bond strength of orthodontic brackets.

Key words: Shear bond strength, orthodontics, temperature, orthodontic adhesive resin.
the bracket is essential. Failure in bonding the brackets to the enamel surface reduces the success of orthodontic procedures while increasing the duration and cost of treatment.3

Briefly, roughening the enamel with 37% phosphoric acid is the first step in direct bonding of brackets in orthodontic treatment. This process allows formation of a prism crown on the enamel, thereby allowing the penetration of the resin and ensuring an effective mechanical lock.4

Several factors affect the bond strength of orthodontic brackets, including contamination, type of composite resin, viscosity of the adhesive, age of the composite resin, etching type of enamel, storage conditions, size and shape of the bracket base, and type of the test used.5,9 Furthermore, temperature and humidity are critical factors.10 Although the majority of manufacturers recommend that adhesive materials be stored at room temperature, these materials are cooled to extend the shelf life, and in clinical practice, clinicians use the material from a refrigerator without allowing it to reach the room temperature. Intriguingly, low temperature can lead to a decrease in the effectiveness of the adhesive material. The changes in the waiting temperature of the adhesive material might adversely affect the physical and mechanical properties of this material by reducing polymerization.11

Resin materials cannot be fully polymerized when used at room temperature12 and when insufficient energy is received by light activation.13 Friedman described a polymerization method, wherein a high degree of monomer conversion was obtained by heating the composite resin to 54–60°C prior to the activation of light.14 Pre-heating can lead to an increase in polymerization depth15 and molecular mobility.16,17 As a result, polymer chains multiply and polymerization is optimized.

Therefore, the present study aimed to evaluate the effect of temperature on the shear bond strength of different adhesive resins used for bonding brackets to the enamel in orthodontic treatment.

Methods

Preparation of Samples

The present cross-sectional in vitro study was performed in the Dentistry Faculty, Ordu University (Ordu, Turkey). The study was approved by the Local Clinical Research Ethics Committee of the Ordu University (2019–32). The sample size was calculated based on a power analysis using G*Power Software version 3.1.9.2 (Universität Düsseldorf, Germany) for shear bond strength at alpha error probability of 0.05 and a power of 95%.18 The power analysis showed that a total of 10 samples (effect size = 3.375645) was enough, while reliable results could be determined using 80 premolar teeth. Subsequently, 80 freshly extracted premolars for orthodontic reasons were used in this in vitro study. The teeth were cleaned and polished with non-fluorinated pumice. Non-carious and non-cracked teeth on the buccal enamel surface were included in the study.19 Premolar teeth were randomly assigned to 8 groups (n=10) for bonding with two available orthodontic adhesive systems at various temperatures: refrigerated temperature (4°C), room temperature (20°C), human body temperature (36°C), and high temperature (55°C).

Transbond XT Group: The teeth were rinsed with 35% phosphoric acid for 30 seconds using a syringe, washed and dried. Then the Transbond XT Primer (3M Unitek, Monrovia, CA, USA) was applied, followed by air jet and curing for 3 seconds.

Neobond Group: The teeth were subjected to acid treatment as above. Then, the Neobond primer (Dentsply De’Trey; Konstanz, Germany) was applied on the teeth.

Orthodontic metal brackets (0.022×0.028-inch, Mini Master, American Orthodontics, Sheboygan, Wisc) were used in all the groups. A standardized stable 150-g force was applied to the top surface of the metal brackets using a tension gauge (Correx, Haag-Striet, Bern, Switzerland) to obtain a uniform adhesive thickness. Subsequently, the excess adhesive was removed, and curing was performed for 6 seconds/tooth and 3 seconds on each proximal face, with a light-curing unit (Valo Ortho LED, Ultradent Products Inc., South Jordan, USA). The bonded specimens were preserved in deionized water at 37°C for 24 hours.18

Shear Bond Strength (SBS) Test

The shear bond strength (SBS) test was performed using a universal testing machine (Shimadzu Instron, Shimatsu Corp., Kyoto, Japan) at a crosshead speed of 0.5 mm/min. The shearing wedge was positioned vertically at the bracket base (Figure 1).15 The SBS data were expressed in MPa.

After debonding, the brackets were examined under ×10 magnification,19 and the ARI was defined as follows: 5: no adhesive paste remaining on the enamel surface; 4: <10% of the adhesive paste remaining; 3: >10% but <90% of the adhesive paste remaining; 2: >90% remaining; 1: all the adhesive paste, with an impression of the bracket base, remaining (Figure 2).19

Statistical Analysis

Statistical analysis (SPSS 20.0; SPSS Inc, Chicago, IL, USA) of the SBS (MPa) data was performed using
one-way ANOVA and post hoc Tukey tests on the normally distributed data (Shapiro–Wilks test). The frequency distribution of the ARI scores among the groups was evaluated using chi-squared test. Statistical significance was defined at P<0.05.

Results

The results of the SBS evaluation are shown in Table 1. While the SBS values of Transbond XT were between 10.29 and 16.15 MPa, those of NeoBond were between 8.66 and 15.30 MPa. Thus, it was observed that Transbond XT had higher SBS values than NeoBond at all the temperatures, albeit without any statistically significant differences (P>0.05). In both groups, SBS results at 4°C were the lowest, while those at 36°C were the highest amongst all the temperatures tested in the present study, with a statistically significant difference (P<0.05). The results of ARI evaluation are shown in Table 2. None of the specimens showed any rupture in the enamel; a statistically significant difference was not detected between the groups.

Table 1. Shear bond strength (MPa) of two adhesive orthodontic bracket bonding systems at different temperatures

| Temperature | Transbond XT | NeoBond | P-value |
|-------------|--------------|---------|---------|
| 4°C         | 10.29 (2.91) A | 8.66 (1.96) a | .159* |
| 20°C        | 12.91 (2.84) A | 11.06 (2.83) a | .163* |
| 36°C        | 16.15 (1.68) B | 15.30 (3.76) b | .525* |
| 55°C        | 12.70 (2.22) A | 10.80 (2.30) a | .077* |

*Results of independent t-test; # Results of one-way analysis of variance test; SD, standard deviation. Groups with different uppercase or lowercase letter are significantly different (Tukey HSD test, P<0.05).

Discussion

Although some investigators claim that the bond strength of 2.86 MPa is clinically acceptable, the minimum bond strength for orthodontic brackets is 6–8 MPa.6,7,9,20 The results of the current study revealed that the two adhesive systems applied at different temperatures showed sufficient bond strength at 8.66–16.15 MPa. Reportedly, the adhesive temperature does not significantly affect the bond strength of tooth structures;21,22 however, some studies demonstrate that the temperature affects the adhesive strength of the adhesive.23,24 In the present study, the minimal bond strength values were obtained at 4°C. The adhesive viscosity increases significantly at low temperatures,26,27 which makes it difficult to wet the dental tissue due to a decrease in the adhesive speed.28 Herein, the preheated adhesive systems up to 36°C showed higher SBS values than the lower temperature adhesive systems. This increase in SBS values can be explained by the decrease in viscosity, the increase in radical mobility, and the degree of transformation.29

Furthermore, when the adhesive systems used in this study were heated up to 55°C, the SBS values were found to be lower than those obtained at 36°C. Some components of adhesives, such as HEMA, MDP and BIS-GMA, can be chemically deteriorated due to their unsuitability for high temperature.30 As a result, the bond strength of the adhesive might decrease.

Parameters such as shear and tensile strengths are used to measure the resistance of the teeth. However,
the disadvantage of these methods is that they are usually applied on flat surfaces. In these cases, the C
factor is low, and the shrinkage stress is not directed
to the bonding interface.31

Previous studies demonstrated that the type of the
adhesive material, the in vitro test used and the adhe-
sive thickness affect the bond strength of orthodontic
adhesives.32 Muguruma et al33 reported that the appli-
cation of a force >200 g during the bonding procedure
of the brackets is preferred to obtain a thin composite
resin layer and to ensure sufficient adhesion of the
adhesive.34 However, in the current study, a 150-g force
was applied using a force gauge to bond the brackets
and optimize the thickness of the adhesive.

In the orthodontic treatment, the brackets are
removed by the failure in one of the three interfaces
on the tooth surface. No adhesive remained on the
tooth surface in the adhesive failure; however, adhe-
sive material was present on the tooth surface and the
bracket base in cohesive failure.35 The adhesive fail-
ure occurs in the adhesive cement and between the
tooth surface and the adhesive cement, while the co-
hesive failure occurs between the adhesive cement
and the bracket. It is recommended that the bond be-
tween the bracket and the tooth structure should be
sufficiently high to resist the mechanical forces ap-
plied by the physician, the chewing and the parafunc-
tional forces, while the integrity of the enamel should
be maintained during debonding.36 When the adhesive
remains on the enamel surface after debonding due to
cohesive failure, the enamel might be damaged, in-
creasing the duration of the procedure.37 Therefore,
cohesive failure is not favorable. Subsequently, the
ARI scores of this study were evaluated, and no dif-
fences were detected between the body temperature
and the other temperatures with respect to the highest
SBS results. In 76% of the samples, an adhesive resi-
due persisted on both the enamel and the bracket sur-
face. None of the specimens showed a failure in the
enamel after the test. Faria-Júnior et al38 established a
direct correlation between ARI scores and SBS. High
SBS value is associated with a high ARI score. In the
present study, the ARI scores corresponding to the
highest bonding strength value in some groups were
found to be different, rendering the prediction of the
failure type challenging for a specific bonding force.
Thus, the ARI scores and bonding strength values
might not be compatible with each other.

Conclusion

NeoBond, a fluoride-releasing orthodontic adhesive,
works in a manner similar to Transbond XT, which
has been used for several years in bonding brackets in
orthodontic treatment. Therefore, it might be effective
in preventing enamel calcifications and enamel caries
that occur in long-term orthodontic treatments.

Although most manufacturers recommend that the
adhesive systems used in dentistry be stored in a re-
frigerator, pre-heating of the adhesives to body tem-
perature before bonding the brackets in the orthodon-
tic treatment increases the adhesion of the brackets to
the enamel.'

Authors’ contributions

The concept and the design of the study were developed by
SA and SKB. The experimental design of study was per-
formed by SA, SKB and ASK. Statistical analyses were
carried out by SKB. The manuscript was written by SA and
SKB. The proof reading was carried out by SA and SKB.
All the authors participated in the literature review.

Acknowledgments

None.

Funding

None.

Competing interests

The authors declare that they have no conflict of interests.

Ethics approval

The study was approved by the Local Clinical Research
Ethics Committee of the Ordu University, Turkey (2019-
32).

Informed Consent

Written informed consent was obtained from the volun-
teers who participated in this study.
Conflict of Interest
The authors have no conflict of interest to declare.

Financial Disclosure
The authors declared that this study has received no financial suppo rt.

References
1. Buonocore MG. A simple method of increasing the adhesion of acrylic filling materials to enamel surfaces. J Dent Res. 1955; 34, 849-853. doi:10.1177/00220345550340060801.
2. Newman GV. Epoxy adhesives for orthodontic attachments: progress report. Am J Orthod. 1965; 51, 901-912. doi:10.1016/0002-9416(65)90203-4.
3. Powers JM, Kim HB, Turner DS. Orthodontic adhesives and bond strength testing. Semin Orthod. 1997; 3, 147-156. doi:10.1016/S1073-8746(97)80065-5.
4. Minick GT, Oesterle LJ, Newman SM, Shellhart WC. Bracket bond strengths of new adhesives. Am J Orthod Dentofacial Orthop. 2009;135:771-776. doi:10.1016/j.ajodo.2007.06.021.
5. Sallam RA, Arnout EA. Effect of Er: YAG laser etching on shear bond strength of orthodontic bracket. Saudi Med J. 2018; 39: 922-927. doi:10.15537/smj.2018.9.22793.
6. Hammad SM, El Banna MS. Effects of cyclic loading on the shear bond strength of metal orthodontic brackets bonded to resin composite veneer surface using different conditioning protocols. Prog Orthod. 2013;14:14. doi:10.1186/2196-1042-14-14.
7. Saraç YS, Küllünk T, Elekdağı-Türk S, Saraç D, Türk T. Effects of surface-conditioning methods on shear bond strength of brackets bonded to different all-ceramic materials. Eur J Orthod. 2011;33:667-672. doi:10.1093/ejo/cjy13.
8. Eslamian L, Borzabadi-Farahani A, Mousavi N, Ghasemi A. A comparative study of shear bond strength between metal and ceramic brackets and artificially aged composite restorations using different surface treatments. Eur J Orthod. 2011;34:610-617. doi:10.1093/ejo/cjr044.
9. Littlewood SJ, Mitchell L, Greenwood DC. A randomized controlled trial to investigate brackets bonded with a hydrophilic primer. J Orthod. 2001;28:301-305. doi:10.1093/ortho/28.4.301.
10. Nyström G, Holtan J, Phelps R, Becker WS, Anderson TB. Temperature and humidity effects on bond strength of a dentinal adhesive. Oper Dent. 1998;23:138-143.
11. Toledano M, Osorio R, Albaladejo A, Aguilera FS, Osorio E. Differential effect of in vitro degradation on resin–dentin bonds produced by self-etch versus total-etch adhesives. J Biomed Mater Res A. 2006;77:128-135. doi:10.1002/jbm.a.30656.
12. Papacchini F, Magni E, Radovic I, Mazzitelli C, Monticellia F, Goracci C, Polimeni A, Ferrari M. Effect of intermediate agents and pre-heating of repairing resin on composite-repair bonds. Oper Dent. 2007;32:363-371. doi:10.2341/06-105.
13. Acquaviva PA, Cerutti F, Adami G, Gagliani M, Ferrari M, Ghlerlone E, Cerutti A. Degree of conversion of three composite materials employed in the adhesive cementation of indirect restorations: a micro-Raman analysis. J Dent. 2009;37:610-615. doi:10.1016/j.jdent.2009.04.001.
14. Friedman J. Thermally assisted polymerization of composite resins. Contemp Esthetics Rest Practice. 2003;7:46.
15. Borges GA, Spohr AM, Oliveira WD, Correr-Sobrinho LF, Correr AB, Borges LH. Effect of refrigeration on bond strength of self-etching adhesive systems. Braz Dent J. 2006;17:186-190.
16. Daronch M, Rueggeberg F, De Goes M, Monomer conversion of pre-heated composite. J Dent Res. 2005;84:663-673. doi: 10.1177/154045090508400716.
17. Mundim FM, Garcia LdFR, Cruvinel DR, Lima FA, Bachmann L, Pires-de-Souza Fde C. Color stability, opacity and degree of conversion of pre-heated composites. J Dent. 2011;39:e25-e29. doi: 10.1016/j.jdent.2010.12.001.
18. Queiroz Tavares ML, Elias CN, Nojima LI. Effects of different primers on indirect orthodontic bonding: Shear bond strength, color change, and enamel roughness. Korean J Orthod. 2018;48:245-252. doi:10.4041/kjod.2018.48.4.245.
19. Bishara SE, VonWald L, Laflooo JF, Warren JJ. Effect of a self-etch primer/adhesive on the shear bond strength of orthodontic brackets. Am J Orthod Dentofacial Orthop. 2001;119:621-624. doi: 10.1067/mod.2001.113269.
20. Reynolds I. A review of direct orthodontic bonding. Br J Orthod. 1975;2:171-178.
21. Spohr AM, Correr Sobrinho LF, Consani S, Sinhoreti MA, Borges GA. Effect of refrigeration on tensile bond strength of three adhesive systems. Braz Dent J. 2001;12:75-79.
22. Sadr A, Ghasemi A, Shimada Y, Tagami J. Effects of storage time and temperature on the properties of two self-etching systems. J Dent. 2007;35:218-225. doi: 10.1016/j.jdent.2006.08.004.
23. Loguercio A, Salvalaggio D, Piva A, Klein-Júnior CA, Accorinte Mde L, Meier MM, Grande RH, Reis A. Adhesive temperature: effects on adhesive properties and resin-dentin bond strength. Oper Dent. 2011;36:293-303. doi: 10.2341/10-218L.
24. Reis A, Klein-Júnior CA, Accorinte MdLR, Grande RH, dos Santos CB, Loguercio AD. Effects of adhesive temperature on the early and 6-month dentin bonding. J Dent. 2009;37:791-798. doi: 10.1016/j.jdent.2009.06.007.
25. Vale M, Afonso F, Borges B, Freitas AC Jr, Farias-Neto A, Almeida EO, Souza-Junior EJ, Geraldeli S. Preheating impact on the degree of conversion and water sorption/solubility of selected single-bottle adhesive systems. Oper Dent. 2014;39:637-643. doi: 10.2341/14-201L.
26. Silikas N, Watts D. Rheology of urethane dimethacrylate and diluent formulations. Dent Mater. 1999;15:257-261.
27. Hage M, Lindemuth J, Broome J, Fox MJ. Effect of refrigeration on shear bond strength of three dentin bonding systems. Am J Dent. 1999;12:131-133.
28. Hisamatsu N, Atsuta M, Matsumura H. Effect of silane primers and unfilled resin bonding agents on repair bond strength of a prophthodontic microfilled composite. J Oral Rehab. 2002;29:644-648. doi: 10.1046/j.1365-2842.2002.00899.x
29. Daronch M, Rueggeberg F, De Goes M, Giudici R. Polymerization kinetics of pre-heated composite. J Dent Res. 2006;85:38-43. doi: 10.1177/154045090608500106.
30. Salz U, Zimmermann J, Zeuner F, Moschner N. Hydrolytic stability of self-etching adhesive systems. J Adhes Dent. 2005;7:107-116.
31. Cunha LG, Alonso RC, Correr GM, Brandt WC, Correr-Sobrinho LF, Sinhoreti MA. Effect of different photoactivation methods on the bond strength of composite resin restorations by push-out test. Quintessence Int. 2008;39:243-249.
32. Arici S, Caniklioglu CM, Arici N, Ozer M, Oguz B. Adhesive thickness effects on the bond strength of a light-cured resin-modified glass ionomer cement. Angle Orthod. 2005;75:254-259. doi: 10.1043/0003-3219(2005)075<0254:ATEOTB>2.0.C0;2

33. Muguruma T, Yasuda Y, Iijima M, Kohda N, Mizoguchi I. Force and amount of resin composite paste used in direct and indirect bonding. Angle Orthod. 2010;80:1089-1094. doi: 10.2319/031910-41.1

34. Mohammadi A, Pourkhameneh S, Sadrhaghighi AH. The effect of different force magnitudes for placement of orthodontic brackets on shear bond strength, in three adhesive systems. J Clin Exp Dent. 2018;10:e548-e554. doi: 10.4317/jced.54733

35. Hegarty DJ, Macfarlane TV. In vivo bracket retention comparison of a resin-modified glass ionomer cement and a resin-based bracket adhesive system after a year. Am J Orthod Dentofacial Orthop. 2002;121:496-501. doi:10.1067/mod.2002.122367

36. Katona TR. Stresses developed during clinical debonding of stainless steel orthodontic brackets. Angle Orthod. 1997;67:39-46. doi:10.1043/0003-3219(1997)067<0039:SDDCDO>2.3.CO;2

37. Trites B, Foley TF, Banting D. Bond strength comparison of 2 self-etching primers over a 3-month storage period. Am J Orthod Dentofacial Orthop. 2004;126:709-716. doi: 10.1016/S0889540604004470

38. Faria-Júnior EM, Guiraldo RD, Berger SB, Correr AB, Correr-Sobrinho L, Contreras EF, Lopes MB. In-vivo evaluation of the surface roughness and morphology of enamel after bracket removal and polishing by different techniques. Am J Orthod Dentofacial Orthop. 2015;147:324-329. doi: 10.1016/j.ajodo.2014.10.033.